Effect of High Velocity Deformation on Strength of Armored Composite Materials

Trah Quyet Thang¹, Elena L. Kuznetsova²

¹Moscow Aviation Institute (National Research University), Volokolamskoe shosse, 4, 125993, Moscow, Russia
²Le Quy Don Technical University, 236 Hoang Quoc Viet, Hanoi, Vietnam
³vida_ku@mail.ru

Article History:Received: 11 January 2021; Accepted: 27 February 2021; Published online: 5 April 2021

Abstract: This paper considers the problem of determining the strength of carbon fiber reinforced plastic with straight and curved fibers under high-speed loading. High-speed tests of unidirectional CFRP specimens with rectilinear and wavy structure have been carried out. The influence of the structure and high-speed loading on the ultimate strength and ultimate deformation of the material is investigated. For the first time, a detailed study of the effect of fiber curvature on the properties of CFRP under high-speed deformation has been carried out. As a result of dynamic tests, it was shown that the ultimate strength in unidirectional laying is higher than in wavy laying. The effect of increasing the ultimate deformations of specimens with bent fibers was established, which was noted earlier for the case of tensile tests.

Keywords: Strength, high-speed loading, tensile strength, dynamic tests.

1 Introduction

During loading, a material subjected to high-rate deformation may change its mechanical properties, in comparison with the properties found as a result of static tests[1-8]. To calculate the structures under consideration, it is necessary to assess the effect of the strain rate on the properties of the materials used[9-16]. Therefore, the high-speed properties of CFRP were investigated, from which the master device of the product can be made.

The order of the realized rates of deformations in the problems under consideration can be estimated from simple ratios: in a time of 0.001 – 0.005 sec, deformations close to the limiting ones can develop in the product, that is, no more than 1-2% for a standard material such as epoxy carbon fiber. Thus, the strain rate is about 20 s⁻¹. However, well-known studies were carried out mainly for the case of quasi-static loading of materials[17-25]. The effects of strain rate influence on the strength of composites with curved fibers have been studied to a much lesser extent, although they have also been considered.

2 Investigation of the strength of composite materials under high-speed loading

Samples of the composite material were made on the basis of ED-20 epoxy resin with Torey T800 reinforcing fibers. The volumetric content of fibers was 60%, the diameter of the fibers was 5 μm. Samples of three types were considered: 1) a quasi-homogeneous layered composite with a unidirectional reinforcement scheme, 2) a unidirectional composite with a wavelike layered structure, and 3) a pure matrix[26-37].

The samples had cylindrical shapes with a diameter of 15 mm for wavy packing and matrix, and a diameter of 10 mm for straight packing with a height of each sample equal to 10 mm.

The Kolsky method is implemented on an experimental stand (Fig. 1), which consists of a system of two identical long cylindrical rods, between which a sample is placed, which is a cylinder. The principle of operation of the Hopkinson bar is to determine the dynamic stresses, deformations or displacements at the ends of the bars, obtained in the middle of the bars used. The impulse is transmitted through the striker 1 to the rod 2, similar in properties and geometry, but smaller in length. Under the assumption that the wavelengths in the loading pulse are much larger than the diameter of the rods used, the perturbation will propagate along the rods without dispersion (retaining the shape) at the velocity of the longitudinal wave.

Figure: 1. Scheme of the Kolsky method (1 - gas gun, 2 - striker, 3 - transmitting rod, 4 - sample, 5 - support rod, 6 - strain gauges, 7 - damping rod).

Upon reaching sample 4, the incident wave splits due to differences in the cross-sectional areas and acoustic stiffnesses of the rods and the sample: part of it is reflected back by the wave, and part of it passes by the wave through sample 4 into the second rod 5. The sample undergoes elastoplastic deformation, while the rods...
are elastically deformed. Dependences of the deformations of the reflected and transmitted shock deformation of the rods are recorded by strain gauges 3 and 6.

To determine the stress-strain state in the sample and construct dynamic loading diagrams according to the readings of strain gauges and the following hypotheses of the Kolsky method are accepted:

- rods remain linearly elastic, of all stress and strain components, only longitudinal components are considered nonzero, stress and strain distribution in cross sections is assumed to be uniform;
- there is no dispersion when waves propagate in measuring rods;
- the main hypothesis of the method: neglecting inertial effects and friction, the stress-strain state in the sample is assumed to be homogeneous and uniaxial.

Compression tests were carried out on a high-speed system "Strain Master High-Speed 3D DIC" (La Vision) with visualization of deformation by the method of correction of digital images with registration of fast deformation processes of materials by the Kolsky method. The impact was carried out using a striker with a diameter of 20 mm and a length of 300 mm made of high-strength martensitic steel. The tests were carried out at a striker speed of 10-18 m/s. The striker speed was chosen from the results of static tests and experience of similar high-speed tests. The strain rate was ~ 600 s\(^{-1}\).

Diagrams of incident, reflected and transmitted pulses depending on the strain rate, as well as the corresponding stress-strain diagrams are given in Figure 2. The elastic moduli determined in dynamic tests can be considered unreliable.

Figure: 2. Diagrams of impulses versus strain rate and stress-strain diagrams obtained during dynamic compression test of specimens with wavy packing.
Effect of High Velocity Deformation on Strength of Armored Composite Materials

For each batch of samples, the resulting diagram was obtained as a result of averaging the experimental data for three samples of the same type (Figure 3). During the tests, the tensile strength and ultimate deformations were determined for each sample.

![Stress-strain diagram](image)

Figure: 3. The resulting stress-strain diagram obtained during dynamic compression tests of specimens with straight (solid lines) and wavy packing (dashed lines).

In high-speed tests, the tensile strength, in unidirectional laying is higher than in wavy laying, however, if during static tests this difference was not so significant (in the A-5% direction, in the B-32% direction, in the C-23% direction), then during the high-speed test, the difference increased significantly in comparison with the static test (in the A-15% direction, in the B-38% direction, in the C-37% direction). The ultimate deformations during high-speed testing in direction A, for unidirectional installation are lower than for wavy installation by 25%, and for unidirectional installation it is higher than for wavy installation in direction B (45%) and C (5,2%).

From dynamic tests it was found that the ultimate strength in direction A for unidirectional laying (424 MPa) is higher than for wavy (359 MPa), in direction B for unidirectional laying (212 MPa) it is higher than for wavy (132 MPa), in direction C for unidirectional laying (287 MPa) higher than for corrugated (181 MPa).

Dynamic tests also show that the ultimate deformations in direction A for unidirectional laying (2%) are lower than for wavy (2,5%), in direction B for unidirectional laying (4,2%) higher than for wavy (2,3%), in direction C for unidirectional styling (3,8%) is higher than for wavy (3,6%).

3 Conclusions

For the first time, experimental studies of the effect of fiber curvature on high-speed strength and ultimate deformations of epoxy-carbon-fiber plastic samples under high-speed loading have been carried out. Based on the experimental studies carried out, the static and high-speed characteristics of the composite laminate material, which are promising for use in the considered structures, have been determined. Based on the test results, it was demonstrated that in the design calculations for the products under consideration, it is possible to use static characteristics, since an increase in the deformation rate of the material leads to an increase in strength and, therefore, the calculation results will provide an additional margin of safety.

4 Acknowledgements

This work was carried out with the financial support of RFBR, project No. 20-08-00707

References

1. Rabinskiy, L.N. Non-stationary problem of the plane oblique pressure wave diffraction on thin shell in the shape of parabolic cylinder// Periodico Tche Quimica, 2019, 16(32), p. 328–337.
Trah Quyet Thang, Elena L. Kuznetsova

2. Formalev, V.F., Kolesnik, S.A., Selin, I.A. Local non-equilibrium heat transfer in an anisotropic half-space affected by a non-steady state point heat source // Herald of the Bauman Moscow State Technical University, Series Natural Sciences. 2018, 80(5), p. 99-111.

3. Kolesnik, S.A., Bulychev, N.A., Rabinskiy, L.N., Kazaryan, M.A. Mathematical modeling and experimental studies of thermal protection of composite materials under high-intensity effects of laser radiation// Proceedings of SPIE - The International Society for Optical Engineering. 2019. 11322, article number 113221R.

4. Sha, M., Utkin, Y. A., Tushavina, O. V., Pronina, P. F. Experimental studies of heat and mass transfer from tip models made of carbon-carbon composite material (cccm) under conditions of high-intensity thermal load //Periodico Tche Quimica. 2020. vol.17, l. 35, pp 988-997.

5. Pronina, P.F., Tushavina, O.V., Starovoitov, E.I. Study of the radiation situation in moscow by investigating elastoplastic bodies in a neutron flux taking into account thermal effects // Periodico Tche Quimica. 2020, 17(35), p. 753–764.

6. Orekhov, A.A., Utkin, Y.A., Pronina, P.F. Determination of deformation in mesh composite structure under the action of compressive loads // Periodico Tche Quimica, 2020, 17(35), p. 599–608.

7. Babaytsev, A.V., Rabinskiy, L.N., Aung, K.T. Investigation of the contact zone of a cylindrical shell located between two parallel rigid plates with a gap //INCAS Bulletin, 2020, 12(Special Issue), p. 43–52.

8. Dmitriev, V.G., Egorova, O.V., Starovoitov, E.I. Particularities of mathematical modeling of deformation processes for arched and panel designs of composites with large displacements and rotation angles //INCAS Bulletin, 2020, 12(Special Issue), p. 53-66.

9. Dobryanskiy, V.N., Rabinskiy, L.N., Tushavina, O.V. Experimental finding of fracture toughness characteristics and theoretical modeling of crack propagation processes in carbon fiber samples under conditions of additive production/ Periodico Tche Quimica, 2019, 16(33), p. 325–336.

10. Formalev, V.F., Kolesnik, S.A., Garibyan, B.A. Mathematical modeling of heat transfer in anisotropic plate with internal sinks // AIP Conference Proceedings, 2019, 2181, 020003.

11. Formalev, V.F., Kolesnik, S.A., Garibyan, B.A. Heat transfer with absorption in anisotropic thermal protection of high-temperature products // Herald of the Bauman Moscow State Technical University, Series Natural Sciences, 2019, (5), p. 35–49.

12. Kolesnik, S.A., Bulychev, N.A. Numerical analytic method for solving the inverse coefficient problem of heat conduction in anisotropic half-space// Journal of Physics: Conference Series, 2020, 1474(1), 012024.

13. Formalev, V.F., Bulychev, N.A., Kolesnik, S.A., Kazaryan, M.A. Thermal state of the package of cooled gas-dynamic microlasers // Proceedings of SPIE - The International Society for Optical Engineering, 2019, 11322, article number 113221B.

14. Formalev, V.F., Kolesnik, S.A., Garibyan, B.A. Analytical solution of the problem of conjugate heat transfer between a gasdynamic boundary layer and anisotropic strip //Herald of the Bauman Moscow State Technical University, Series Natural Sciences, 2020, 5(92), p. 44–59.

15. Kurchatov, I., Bulychev, N., Kolesnik, S., Muravev, E. Application of the direct matrix analysis method for calculating the parameters of the luminescence spectra of the iron ion in zinc sulfide crystals // AIP Conference Proceedings, 2019, 2181, 020015.

16. Tushavina, O.V. Coupled heat transfer between a viscous shock gasdynamic layer and a transversely streamlined anisotropic half-space// INCAS Bulletin, 2020, 12(Special Issue), p. 211–220.

17. Vakhneev, S., Starovoitov, E. Damping of circular composite viscoelastic plate vibration under neutron irradiation// Journal of Applied Engineering Science, 2020, 18(4), p. 699–704.

18. V.A. Pogodin, L.N. Rabinskiy, S.A. Sitnikov. 3D Printing of Components for the Gas-Discharge Chamber of Electric Rocket Engines // Russian Engineering Research. 2019. Vol. 39, No. 9. p. 797-799.

19. Rabinskiy, L.N., Tushavina, O.V. Problems of land reclamation and heat protection of biological objects against contamination by the aviation and rocket launch site // Journal of Environmental Management and Tourism, 2019, 10(5), p. 967–973.

20. Astapov, A.N., Lифанов, И.П., Rabinskiy, L.N. Perspective Heat-Resistant Coating for Protection of C/SiC Composites in Air Plasma Hypersonic Flow/High Temperature, 2019, 57(5), p. 744–752.

21. Dobryanskiy, V.N., Rabinskiy, L.N., Tushavina, O.V. Validation of methodology for modeling effects of loss of stability in thin-walled parts manufactured using SLM technology // Periodico Tche Quimica, 2019, 16(33), p. 650–656.

22. Rabinskiy, L.N., Sitnikov, S.A. Development of technologies for obtaining composite material based on silicone binder for its further use in space electric rocket engines// Periodico Tche Quimica, 2018, 15(Special Issue 1), p. 390–395.

23. Bulychev, N.A., Rabinskiy, L.N. Ceramic nanostructures obtained by acoustoplasma technique/Nanoscience and Technology: An International Journal, 2019, 10(3), p. 279–286.
24. Anikin V.A., Vyshinsky V.V., Pashkov O.A., et al. Using the maximum pressure principle for verification of calculation of stationary subsonic flow. Herald of the Bauman Moscow State Technical University, Series Mechanical Engineering, 2019, no. 6, pp. 4–16.
25. Bulychev, N.A., Rabinskiy, L.N., Tushavina, O.V. Effect of intense mechanical vibration of ultrasonic frequency on thermal unstable low-temperature plasma// Nanoscience and Technology: An International Journal, 2020, 11(1), p. 15–21.
26. Rabinskiy, L.N., Sitnikov, S.A. Development of technologies for obtaining composite material based on silicone binder for its further use in space electric rocket engines// Periodico Tche Quimica, 2018, 15(Special Issue 1), p. 390–395.
27. Formalev, V.F., Kartashov, É.M., Kolesnik, S.A. On the Dynamics of Motion and Reflection of Temperature Solitons in Wave Heat Transfer in Limited Regions // Journal of Engineering Physics and Thermophysics, 2020, 93(1), p. 10–15.
28. M.O. Kaptakov. Catalytic Desulfuration of Oil Products under Ultrasonic Treatment, International Journal of Pharmaceutical Research, 2020, Vol. 12, Supplementary Issue 2, pp. 1838-1843.
29. Rabinskiy, L.N., Tushavina, O.V., Formalev, V.F. Mathematical modeling of heat and mass transfer in shock layer on dimmed bodies at aerodynamic heating of aircraft// Asia Life Sciences, 2019, (2), p. 897–911.
30. Antufev, B.A., Egorova, O.V., Rabinskiy, L.N. Quasi-static stability of a ribbed shell interacting with moving load// INCAS Bulletin, 2019, 11, p. 33–39.
31. Bodryshev, V.V., Babaytsev, A.V., Rabinskiy, L.N. Investigation of processes of deformation of plastic materials with the help of digital image processing// Periodico Tche Quimica, 2019, 16(33), p. 865–876.
32. M.O. Kaptakov. Enhancement of Quality of Oil Products under Ultrasonic Treatment, International Journal of Pharmaceutical Research, 2020, Vol. 12, Supplementary Issue 2, pp. 1851-1855.
33. Zaripov R.N., Murakaev I.M., Novikov S.V., Ryapukhin A.V. Corporate Structure for Innovative Enterprises, Russian Engineering Research, 2020, Vol. 40, I. 2, pp. 137-139.
34. Burova A.Yu., Ryapukhin A.V., Muntyan A.R. Reduced hardware costs with software and hardware implementation of digital methods multistage discrete Fourier transform on programmable logic devices, Amazonia Investiga, 2020, Vol. 9, I. 27, pp. 227-233.
35. Rabinskiy, L.N., Tushavina, O.V., Starovoitov, E.I. Study of thermal effects of electromagnetic radiation on the environment from space rocket activity // INCAS Bulletin, 2020, 12(Special Issue), p. 141–148.
36. Babaytsev, A.V., Orekhov, A.A., Rabinskiy, L.N. Properties and microstructure of AlSi10Mg samples obtained by selective laser melting// Nanoscience and Technology: An International Journal, 2020, 11(3), p. 213–222.
37. Egorova, O.V., Kyaw, Y.K. Solution of inverse non-stationary boundary value problems of diffraction of plane pressure wave on convex surfaces based on analytical solution//Journal of Applied Engineering Science, 2020, 18(4), p. 676–680.